CRYSTAL MORPHOLOGY AND MECHANISMS OF GROWTH
OF $\alpha$-Fe$_2$O$_3$ WHISKERS ON IRON

Richard L. Tallman and Earl A. Gulbraasen
Westinghouse Research Laboratories
Pittsburgh, Pennsylvania 15235

TECHNICAL REPORT NO. 1

Contract: Nmnr-4949(00)

December 5, 1966

Office of Naval Research
Material Sciences Division
Washington, D. C. 20360

ARCHIVE COPY
This research was sponsored by the Office of Naval Research, Material Sciences Division, under Contract Number N00014-49-0009, Req. No. NY-036-0641.
CRYSTAL MORPHOLOGY AND MECHANISMS OF GROWTH
OF $\alpha$-Fe$_2$O$_3$ WHISKERS ON IRON

Richard L. Tallman and Earl A. Gulbransen
Westinghouse Research Laboratories
Pittsburgh, Pennsylvania 15235

TECHNICAL REPORT NO. 1

Contract: Nonr-4949(00)

December 5, 1966

Office of Naval Research
Material Sciences Division
Washington, D. C. 20360
ABSTRACT

The morphology of α-Fe$_2$O$_3$ whiskers formed on iron at 400° to 500°C in dry oxygen was studied. Diffraction patterns of individual whiskers and texture patterns of oxidized surfaces showed the whisker axis to be [1120]. The axial rotation indicated by the pattern is that resulting from an axial twist. This is good evidence that the most simple oxide whiskers have a single axial screw dislocation. Arguments are presented for the view that growth of the whisker occurs by diffusion of iron atoms or ion through the dislocation and reaction with oxygen at the tip.
INTRODUCTION

When iron is heated in oxidizing atmospheres, localized oxide growths form on the oxidized iron surface.\textsuperscript{1,2,3} The crystal habit of these oxide growths and the extent of oxide growth depend upon many factors, including temperature, time of reaction, internal or external stress, impurities in the metal, pre-treatment of the metal, and the composition of the oxidizing atmosphere.\textsuperscript{3}

Oxide whiskers formed on pure annealed iron at 400°C to 500°C in dry oxygen have diameters of about 150 Å or more, lengths up to $4 \times 10^5$ Å, and whisker densities on the surface up to $10^8$/cm$^2$.\textsuperscript{3} Electron diffraction studies show that the most simple whiskers are single crystals of $\alpha$-Fe$_2$O$_3$.

This paper will present: (1) new selected area electron diffraction studies on single iron oxide whiskers formed during the oxidation of iron in dry oxygen, (2) morphological evidence for screw dislocations in oxide whiskers, and (3) a growth mechanism for oxide whiskers on iron.

EXPERIMENTAL

A large file of carefully oxidized pure iron wires were available from earlier studies.\textsuperscript{3} Before oxidizing, the iron wires had been carefully annealed and cleaned. The iron wires were then oxidized in dry and purified oxygen under controlled temperature and time conditions.
An RCA EMU-3D electron microscope with selected area diffraction was used at 100 kV electron energy. The relative rotation of the selected area electron diffraction pattern was determined by use of the selected area image and the selected area diffraction patterns of asbestos fibers.

STRUCTURAL INFORMATION

A. $\alpha$-Fe$_2$O$_3$ Crystal Structure

Pauling and Hendricks determined the crystal structure to be trigonal or rhombohedral, space group $R \overline{3} C$. This structure was confirmed by Blake et al. in 1966. The latter authors give the following structural hexagonal dimensions:

\[ a = 5.038 \pm 0.002 \text{ Å}, \quad c = 13.772 \pm 0.012 \text{ Å}, \quad \text{and} \quad c/a = 2.733 \pm 0.015. \]

We have calculated the corresponding structural rhombohedral dimensions to be $a = 5.469$ Å and $\alpha = 55^\circ 13.9'$. 

B. Unit Cells and Indices

Figure 1 shows top and front views and dimensions for the unit cells for $\alpha$-Fe$_2$O$_3$ and its isomorphs. Four unit cells are in common use. The conventional structural hexagonal and rhombohedral unit cells are shown at the left. Four indices are used to describe a set of lattice planes in terms of the hexagonal cell. The conventional morphological rhombohedral unit cell is shown at the right. The face-centered rhombohedral F unit cell has an $a$ value of twice that for the conventional morphological rhombohedral unit cell. This cell is shown at the center. The rhombohedral F cell angle $\alpha$ is nearly 90°. It is this relationship to the face-centered cubic cell which makes the rhombohedral F cell...
convenient for indexing. Directions are nearly normal to lattice planes with the same indices. This cell is used in indexing all of our selected area diffraction patterns, and is referred to wherever the unit cell is not identified. Conventional structural hexagonal and rhombohedral indices will also be given.

RESULTS AND DISCUSSION

Figure 2 shows a selected area electron diffraction pattern from an iron oxide whisker measuring 1.5 microns in the selected area image. Indexing was made using the rhombohedral F unit cell. The orientation of the projection of the axis of the whisker lies normal to the layer lines of the pattern shown in Figure 2, i.e. in the [220] direction. This whisker axis is [1120] and [101] in the conventional structural hexagonal and structural rhombohedral indices, respectively.

An analysis of the diffraction spots in Figure 2 shows two nets, the first is a net normal to the [111] direction and the second is a net normal to the [110] direction. The angles between rows of spots are within 1° of the angles between rows of index points in the reciprocal lattice of α-Fe₂O₃. The sections of whisker giving the two reciprocal lattice nets lie at 32.4° to one another.

Both nets of Figure 2 include the origin, 000, and 220. We conclude, therefore, that the rotation axis of the pattern is [520]. The same conclusion results from the fact that the spots of each layer line are indexed by points in a corresponding reciprocal lattice net normal to [520].
Two additional oxide whiskers which have been studied satisfactorily by selected area electron diffraction are of interest. In one, two new nets of spots, normal to the [001] and [112] directions, respectively, were found. The rotation axis of the oxide whisker was [220]. The whisker axis was proved to be the rotation axis as follows: The whisker axis lies in a plane normal to the pattern of the second oxide whisker different from the plane of the whisker axis for the whisker giving the pattern shown in Figure 2. These two planes intersect in the [220] rotation axis. If the whisker axis is the same in the two cases, it is [220].

For the third indexed pattern, the same rotation axis was found, but not close to 90° to the beam direction. Again the projections of the whisker and rotation axes coincide in the pattern. This is a more common type of diffraction pattern than that shown in Figure 2. Bent, kinked, and apparently multiple whiskers introduce further complications.

The three different selected area patterns which were indexed include very weak extra anomalous diffraction spots on the layer lines. Some of the spots correspond in position in the pattern to the systematically absent diffraction from planes of the form \{111\}, but most of the spots could not be indexed. The anomalous spots were also found by Takagi.²

Since the whisker axis and the rotation axis coincide we are led to hypothesize that the whisker is twisted. This is consistent with the diffraction patterns of individual whiskers, in that they show a limited rotation by including diffraction represented by appropriately limited sectors of the reciprocal lattice. Since no grain boundaries are commonly revealed by diffraction contrast
in the micrographs, any grain boundaries which may exist must be such that the contrast is difficult to observe. The probability that a small number of untwisted crystals might lie in the special orientations in the beam indicated by the diffraction patterns of individual whiskers is negligible.

In addition to evidence in the selected area diffraction patterns of individual whiskers, we find evidence of axial twist in the electron diffraction patterns of whiskers growing from a surface. These patterns contain long, straight streaks which include elongated spots on arcs of several rings of the pattern between 400 and 420, (0224 and 1232 in structural hexagonal indices).

The angles of the streaks on the pattern and the positions of the spots on the streaks show that each streak is the second layer line for limited rotation about the whisker axis. That is, the streaks correspond to diffraction represented by the plane of the reciprocal lattice normal to the whisker axis, [120], and passing through [220] (or [230]). The rotation of the crystal about [120] is evidenced further by the continuity of the streaks, as follows: the intensity between the spots results from integration over the sector of the reciprocal lattice plane by rotation through the reflecting sphere.

**AXIAL TWIST CALCULATIONS**

The axial twist \( \tau \) can be calculated from an equation given by Eshelby, \( \tau = \alpha b/A \). Here \( b \) is the length of the Burgers vector, \( A \) is the cross section area, and \( \alpha \) is a constant which depends on the shape of the cross section. \( \alpha = 1 \) for an elliptical cross section with central dislocation. If we approximate the cross sectional area \( A \) with the area of a circle of the whisker image diameter, we can calculate the axial twist.
and compare this with the observed twist. The full length of whisker in the selected area image for the pattern of Figure 2 was 1.5 \mu. The diameter, including contamination, was about 300 \AA. Assuming the smallest Burgers vector, i.e. the minimum repeat distance along the whisker axis, 5.03 \AA, the axial twist is calculated to be 41° per micron. The sections of whisker giving the two reciprocal lattice nets of Figure 2 are at 32.4° to one another by rotation about the whisker axis. If at most these two sections lie at the ends of the 1.5 \mu whisker section, the axial twist is not less than 22° per micron; thus the 5.03 \AA Burgers vector is likely.

There are many reasons for a discrepancy between the calculated and observed axial twist. (1) Both the cross section and the axial twist were difficult to determine, (2) the elastic anisotropy of $\alpha$-Fe$_2$O$_3$ may be important and should be included in the theory, (3) the dislocation strain may have a planar character which would alter the strain distribution near the core, (4) the discrete atomic structure and the decreased stress at high strain near the dislocation may result in a smaller twist than that calculated by the simple formula of Eshelby, and (5) surface stresses may decrease the axial twist.

COMPARISON WITH PREVIOUS MORPHOLOGICAL STUDIES

Miyake\textsuperscript{5} reported in 1937 a preferred orientation in the electron diffraction pattern of $\alpha$-Fe$_2$O$_3$ formed on an oxidized iron specimen. He stated that the (10\overline{1}) structural rhombohedral plane was parallel to the surface. Apparently, lack of knowledge of the existence of oxide whiskers precluded a complete interpretation. The (10\overline{1}) structural rhombohedral plane given by Miyake is normal to the whisker axis we have determined.
Takagi determined the growth axis of localized $\alpha$-$\text{Fe}_2\text{O}_3$ growths using diffraction patterns of individual growths. That Takagi's work preceded the general recognition of axial twist apparently explains his failure to recognize the rotation pattern. Takagi oxidized pure iron in flowing dry oxygen, but not so dry as to prevent the formation of oxide platelets. He observed that whiskers and sometimes smaller blades grew from broken bases of blades. This and other observations suggested that growth is from the top. Takagi postulated a screw dislocation mechanism for the localized growths. He considered surface diffusion to provide the transfer of metal.

Bigot and Talbot and Bigot failed to correctly analyze their selected area electron diffraction patterns of $\alpha$-$\text{Fe}_2\text{O}_3$ whiskers and platelets. They give no indexing for their whisker rotation patterns. Instead they determine the whisker axis on the basis that the most intense spots are aligned parallel to the smallest dimension of the crystal. They give incorrectly the structural hexagonal direction [1010] as the whisker axis without supporting data. The most intense arc in the fiber texture pattern for whiskers on an oxidized iron surface is at 90° to the surface in the 1120 ring. This results from the preferred orientation of the (1120) planes, which are normal to the [1120] whisker axis. Thus, the most intense arc is on a normal to the [1010] direction, but this is not the whisker axis.
THE TRANSPORT MECHANISMS OF WHISKER GROWTH

Three mechanisms have been put forward for the growth of oxide whiskers: (1) surface diffusion to the tip of the whisker, (2) extrusion from the oxide, and (3) growth by internal diffusion in a hole or screw dislocation.

The possibility that $\alpha$-$Fe_2O_3$ whiskers result from some extrusion process seems unlikely because the growths are so uniform and are apparently of high crystalline perfection.

It is also unlikely that $\alpha$-$Fe_2O_3$ whiskers could grow by a surface transport mechanism as suggested by Takagi from a surface with competing $\alpha$-$Fe_2O_3$ surface growth mechanisms. The hypothesis of a surface growth mechanism would require that other growth mechanisms or the existence of $\alpha$-$Fe_2O_3$ crystals growing by only mechanisms other than the mechanism of whisker tip growth be very limited. The existence of species and mechanisms for surface transport of iron sufficient to produce the rapid growth rates and the extreme lengths of the $\alpha$-$Fe_2O_3$ whiskers is not known and is unlikely because of the stability of the $Fe_3O_4$ from which the iron would be transported. Furthermore, the nucleation of $\alpha$-$Fe_2O_3$ on $Fe_3O_4$ is a common phenomenon and involves only a change from cubic close-packing to a distorted hexagonal close-packing of oxygen in the $\alpha$-$Fe_2O_3$ lattice together with a change in the iron positions. One cannot readily propose that the driving force for rapid diffusion to the $\alpha$-$Fe_2O_3$ whisker tips can be provided by high concentrations of iron species mobile on the $Fe_3O_4$ surface.

Gulbransen has proposed a model for the growth of oxide whisker assuming the whiskers are hollow or contain a screw dislocation at the center. The essential feature of this model is that this internal defect allows rapid
diffusion of iron to occur compared to normal lattice diffusion. The morphological studies presented demonstrate that oxide whiskers are single crystals of high crystalline perfection and show axial twist. The latter property is strong evidence for a screw dislocation at the center of the whisker.

Figure 3 shows a model for the whisker growth on iron. The whisker contains an internal hole or screw dislocation where grain boundary or internal surface diffusion of iron occurs along a gradient in chemical potential.

Most of the growth occurs by reaction with oxygen atoms or ions at the tip of the whisker. Since the diameter is nearly uniform during growth it follows that cationic mobility is much smaller in the lattice than along the dislocation.

Good measurements of the growth rates of oxide whiskers are not yet available. Pease and Plucik have observed initial growth rates at 500°C of over 0.2 μ/min., an average rate over five minutes. Takagi observed growth rates up to 2 μ/min. at 700°C in the first minute. Whether the growth observed in these cases should be classified as whiskers or platelets cannot be determined from the information given.

The structures of the sections where the cation diffusion rate is high cannot be given at this time. It may be that information on these structures is contained in the anomalous diffraction. The structure in the immediate vicinity of the screw dislocation must show ions either displaced by the strain into some distortion of the α-Fe₂O₃ structure, or otherwise positioned, possibly in some disordered structure. In either type of structure, diffusion coefficients would be expected to be different from those in the much less distorted
structure of more than half of the cross section of the whisker. This outer region probably exhibits the bulk or lattice ionic diffusion coefficients.

This work was accomplished with the support of the Office of Naval Research under Contract No. Nonr-4949(00).
REFERENCES

(1) G. Pfefferkorn, Naturwiss. 41, 551 (1953).
(11) E. A. Gulbransen, Rev. Metallurg. 67, 253 (1965).
FIGURES AND FIGURE CAPTIONS

Figure 1 - $\alpha$-Fe$_2$O$_3$ Unit Cells.

Figure 2 - Selected area electron diffraction. $\alpha$-Fe$_2$O$_3$ whisker. 1.5 $\mu$ long, $10^{-15}$ g. Indexed with a face-centered rhombohedron, $\alpha = 85.7^\circ$. Nets normal to [111] and [110] included.

Figure 3 - Model of whisker growth during oxidation of iron, 400°C, dry O$_2$.
Fig. 1 - $\alpha$-Fe$_2$O$_3$ unit cells

Conventional Structural
$a = 5.4228$ Å, $\alpha = 55.273^\circ$
$a = 5.0317$ Å, $c = 13.737$ Å

Rhombohedral F Structural
$a = 7.3976$ Å
$\alpha = 85.715^\circ$

Conventional Morphological
$a = 3.6988$ Å
$\alpha = 85.715^\circ$
Fig. 2 - Selected area electron diffraction, $\alpha$-Fe$_2$O$_3$ whisker, 1.5 μ long, $10^{-15}$ g. Indexed with a face-centered rhombohedron, $\alpha = 85.7^\circ$. Nets normal to [111] and [110] included.
Fig. 3 Model of whisker growth during oxidation of iron 400°C dry O₂
CRYSTAL MORPHOL. AND MECHANISMS OF GROWTH OF $\alpha$-Fe$_2$O$_3$ WHISKERS ON IRON

Journal Article

Tallman, Richard L. and Gulbransen, Earl A.

December 5, 1966

66-9B6-SURFC-Pl

66-4949(00)

NR-036-0641

Office of Naval Research
Material Sciences Division
Washington, D. C. 20360

Growth on pure iron at 400°C to 500°C in dry oxygen were studied. Selected area electron diffraction patterns of individual whiskers as well as electron diffraction texture patterns of oxidized surfaces showed the whisker axis to be $\{1120\}$. The axial rotation indicated by the pattern is that resulting from an axial twist. The axial twist provides evidence that the most simple oxide whiskers have a single axial screw dislocation with a 5.03 $\AA$ Burgers' vector. Arguments are presented for the view that growth of the whisker occurs by diffusion of iron atoms or ions through the dislocation and reaction with oxygen at the tip.
<table>
<thead>
<tr>
<th>KEY WORDS</th>
<th>LINK A</th>
<th>LINK B</th>
<th>LINK C</th>
</tr>
</thead>
<tbody>
<tr>
<td>Iron</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Oxidation</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Crystal growth</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Whiskers</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Corrosion</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Electron diffraction</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Electron microscopy</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Transport</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Diffusion</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Chemistry</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Dislocation</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Morphology</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Crystallography</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Hematite</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>Ferris oxide</td>
<td></td>
<td></td>
<td></td>
</tr>
</tbody>
</table>

INSTRUCTIONS

1. ORIGINATING ACTIVITY: Enter the name and address of the contractor, subcontractor, grantee, Department of Defense activity or other organization (corporate author) issuing the report.

2a. REPORT SECURITY CLASSIFICATION: Enter the overall security classification of the report. Indicate whether "Restricted Data" is included. Marking is to be in accordance with appropriate security regulations.

2b. GROUP: Automatic downgrading is specified in DoD Directive 5200.10 and Armed Forces Industrial Manual. Enter the group number. Also, when applicable, show that optional markings have been used for Group 3 and Group 4 as authorized.

3. REPORT TITLE: Enter the complete report title in capital letters. Titles in all cases should be unclassified. If a meaningful title cannot be selected without classification, show title classification in all capitals in parenthesis immediately following the title.

4. DESCRIPTIVE NOTES: If appropriate, enter the type of report, e.g., interim, progress, summary, annual, or final. Give the inclusive dates when a specific reporting period is covered.

5. AUTHOR(S): Enter the name(s) of author(s) as shown on or in the report. Enter last name, first name, middle initial. If military, show rank and branch of service. The name of the principal author is an absolute minimum requirement.

6. REPORT DATE: Enter the date of the report as day, month, year, or month, year. If more than one date appears on the report, use date of publication.

7a. TOTAL NUMBER OF PAGES: The total page count should follow normal pagination procedures, e.g., enter the number of pages containing information.

7b. NUMBER OF REFERENCES: Enter the total number of references cited in the report.

8a. CONTRACT OR GRANT NUMBER: If appropriate, enter the applicable number of the contract or grant under which the report was written.

9a & 9b. PROJECT NUMBER: Enter the appropriate military department identification, such as project number, sub-project number, system number, task number, etc.

9a. ORIGINATOR'S REPORT NUMBER(S): Enter the official report number by which the document will be identified and controlled by the originating activity. This number must be unique to this report.

9b. OTHER REPORT NUMBERS: If the report has been assigned any other report numbers either by the originator or by the sponsor, also enter this number(s).

10. AVAILABILITY LIMITATION NOTICES Enter any limitations on further dissemination of the report other than those imposed by security classification, using standard statements such as:

   1. "Qualified requesters may obtain copies of this report from DDC."
   2. "Foreign announcement and dissemination of this report by DDC is not authorized."
   3. "U.S. Government agencies may obtain copies of this report directly from DDC. Other qualified DDC users shall request through "
   4. "U.S. military agencies may obtain copies of this report directly from DDC. Other qualified users shall request through "
   5. "All distribution of this report is controlled. Qualified DDC users shall request through "

11. SUPPLEMENTARY NOTES: Use for additional explanatory notes.

12. SPONSORING MILITARY ACTIVITY: Enter the name of the sponsoring military department or service project office or laboratory sponsoring (paying for) the research and development. Include address.

13. ABSTRACT: Enter an abstract giving a brief and factual summary of the document indicative of the report. If additional space is required, a continuation sheet shall be attached.

   It is highly desirable that the abstract of classified reports be unclassified. Each paragraph of the abstract shall end with an indication of the military security classification of the information in the paragraph, represented as (T3) (T3) (C6) (C6) (C6). There is no limitation on the length of the abstract. However, the suggested length is from 150 to 225 words.

14. KEY WORDS: Key words are technically meaningful terms or short phrases that characterize a report and may be used as index entries for cataloging the report. Key words must be selected so that no security classification is required. Identifiers, such as equipment model designation, test name, military project code name, geographic location, may be used as key words but will be followed by an indication of technical context. The assignment of links, rules, and weights is optional.